Identification of Dyes in Coptic Textiles from the Museum of Faculty of Archaeology, Cairo University

Ioannis Karapanagiotis 1,*, Omar Abdel-Kareem 2, Paraskevi Kamaterou 3 and Dimitrios Mantzouris 4

1 Department of Management and Conservation of Ecclesiastical Cultural Heritage Objects, University Ecclesiastical Academy of Thessaloniki, 54250 Thessaloniki, Greece
2 Conservation Department, Faculty of Archaeology, Cairo University, Orman, Giza 12613, Egypt; omaa67@yahoo.com
3 Department of Chemical Engineering, Aristotle University of Thessaloniki, 54124 Thessaloniki, Greece; kamaterou@hotmail.com
4 Independent Researcher, 17343 Athens, Greece; dimitrios.mantzouris@gmail.com
* Correspondence: y.karapanagiotis@aeath.gr

Abstract: High Performance Liquid Chromatography coupled to a Diode-Array-Detector (HPLC-DAD) is used to investigate samples which were extracted from ancient Egyptian textiles (4th–5th c. AD) of the Museum of Faculty of Archaeology, Cairo University. Madder is identified in several samples. According to semi-quantitative results, which are obtained from HPLC peak areas measured at 254 nm, madder that is rich in purpurin and poor in alizarin is identified in samples which were treated (i) only with madder and (ii) with madder and either indigo/woad (Indigofera species and other/Isatis tinctoria L.) or weld (Reseda luteola L.). The madder dye used in these samples could have been originated from Rubia peregrina L. However, the possible use of Rubia tinctorum L. (or other plants of the Rubiaceae family) by the Egyptian dyers cannot be ruled out, particularly if methods were developed by the ancient dyers to affect and control the relative composition of madder dye. The HPLC peak area ratio of alizarin versus purpurin is very high (>2.2) for samples which were treated with madder (probably originated from R. tinctorum) and a tannin source. Finally, in some samples, only indigoid dyes (indigo/woad) are identified.

Keywords: textile; Egypt; Coptic; dye; madder; indigo; woad; weld; HPLC

1. Introduction

The Coptic textiles of the Museum of Faculty of Archaeology, Cairo University, have been obtained either through excavations that were carried out by the University or as gifts given by the Arab Antiquities House (Museum of Islamic Art), the Committee for the Preservation of Arab Antiquities and several individuals. Examples of these valuable objects are shown in the photographs in Figure 1 [1]. The textiles of the Coptic collection correspond to different periods of the history of Egypt, and they were not subjected to dyestuff analysis in the past.

The origin of materials that were used by the Coptic dyers has been investigated in several previously published studies. Using modern analytical techniques, the following dyes have been identified in ancient Egyptian textiles: Armenian cochineal (Porphyrophora hamelii Brandt) [2–6], fustic (Maclura tinctoria L.) [7], henna (Lawsonia inermis L.) [7], indigoids (Indigofera species, Isatis tinctoria L. and other) [2–13], kermes (Kermes vermilio Planchon) [2,5,6], lac (Kerria laca Kerr) [2–6,12,13], madder (Rubiaceae family) [2–13], mallow purple (Muricetidae family) [5,6,10,13–17], Rhannus species [4], safflower (Carthamus tinctorius L.) [5], soluble redwood (Caesalpinia trees) [5,12], tannins [2,4,5,8,10] and weld (Reseda luteola L.) [2–13]. Moreover, a dye which should be similar to American annatto (Bixa orellana L.) has been included in the results of ancient Egyptian textiles, reported by Verhecken [5].
Identification of dyes in textiles of the cultural heritage is commonly achieved by using High Pressure Liquid Chromatography coupled to a Diode-Array-Detector (HPLC-DAD) [18,19]. The method is employed herein to analyse samples which were extracted from twelve ancient Egyptian textiles of the Museum of Faculty of Archaeology, Cairo University. The HPLC-DAD results are analysed in order to discuss the possible biological origins of the madder dyes that were identified in the investigated samples. Therefore, the goal of the study is to add more data to the existing literature regarding the dyestuff sources used by the famous ancient Egyptian dyers.

Textile samples, investigated herein, are treated with methanolic solution of hydrochloric acid (HCl) to extract the dyes [20], which are finally dissolved in dimethyl sulfoxide (DMSO) and analysed by HPLC. In the harsh acidic conditions induced by the strong HCl, glycosides are hydrolysed to their parent aglycones. From a chemical point of view, this is clearly a disadvantage of the HCl method. However, when only very small samples from cultural heritage objects (e.g., paintings or even textiles) are available, then the aforementioned hydrolysis might be desirable to increase the chances to detect the important aglycone components. The latter often provide enough information to identify the biological source of a dye fixed on a historical or archaeological textile [21]. Several mild acids that retain glycosides have been suggested for dye extraction such as, for instance, formic [22–28], oxalic [23,25–27,29–32], hydrofluoric [25,33] and trifluoroacetic [23,27,34] acids. Other approaches for dye extraction suggested the use of ammonia-disodium EDTA to preserve glycosyl moieties [35] and an aqueous glucose solution for the extraction of madder [36]. However, regardless of the selected treatment method, the results obtained by
HPLC after the extraction of a dye from a textile do not coincide with the HPLC fingerprint of the biological (animal or plant) source. This is because the composition of a dye attached to a textile fibre is highly affected by the conditions of the dyeing process [37]. Moreover, the composition of a dyestuff source is affected by the geographical locations and growing environments [37].

2. Materials and Methods

2.1. Samples

Twelve (12) wool samples were extracted from Coptic textiles (4th–5th c. AD), which are preserved in the Museum of Faculty of Archaeology, in Cairo University. Photographs of some of the investigated textile samples are shown in Figure 2. In the Supplementary Materials, photographs of all the studied samples are provided. Samples were first studied using optical microscopy and were then analysed using High Pressure Liquid Chromatography coupled to a Diode-Array-Detector (HPLC-DAD) to identify the dyestuff materials. Identifications were achieved using HPLC-DAD data of standard materials, which are included in Table 1. Suppliers of the standard materials are described in Table 1. Indirubin and rubiadin were generously provided in pure forms by P. Magiatis (University of Athens) and R. Karadag (Istanbul Aydin University), respectively.

![Figure 2. Examples of samples that were extracted from the Coptic textiles and included in the study. Rectangles of the ruler are 1 cm long.](image)

| Compound       | Supplier             | Absorbance Maxima (nm) |
|----------------|----------------------|-------------------------|
| Alizarin       | Aldrich              | 248, 278, 429           |
| Apigenin       | Fluka                | 267, 336                |
| Chrysoeriol    |Extrasynthese         | 249, 267, 346           |
| Ellagic acid   | Fluka                | 253, 367                |
| Indigotin      | Fluka                | 243, 285, 606           |
| Indirubin      | P. Magiatis (gift)   | 243, 290, 364, 543      |
| Luteolin       | Sigma                | 253, 265, 345           |
| Purpurin       | Aldrich              | 255, 293, 479           |
| Rubiadin       | R. Karadag (gift)    | 244, 278, 412           |
2.2. Instrumentation

A Zeiss Axioskop 40 polarizing microscope was used to study the textile samples. Chromatography was carried out using an Ultimate 3000 ( Dionex) system consisting of an LPG-3000 quaternary HPLC pump with a vacuum degasser, a WPS-3000SL autosampler, a column compartment TCC-3000SD and a UV–Vis Diode Array Detector (DAD-3000). The chromatographic separation was performed on an Alltima HP C18 (250 mm × 3 mm, i.d. 5 μm) Grace (Alltech Associates) column at a stable temperature of 35 °C. The injection volume was 20 μL.

2.3. Materials

The following chemicals were used to operate the chromatographic system: HPLC grade water (H₂O, ChemLab, Zedelgem, Belgium), HPLC grade acetonitrile (CH₃CN, ChemLab) and trifluoroacetic acid (TFA) (assay >99.0%, Sigma-Aldrich, St. Louis, MO, USA). Textile samples were treated using HPLC grade solvents of water (H₂O, ChemLab), methanol (MeOH, J.T. Baker, Radnor, PA, USA) and dimethyl sulfoxide (DMSO, Sigma-Aldrich) as well as pro-analysis grade hydrochloric acid (HCl) 37% m/m (Riedel-de Haën, Seelze, Germany).

2.4. Sample Treatment and HPLC Analysis

Textile samples were treated according to the HCl extraction method [20]. In particular, sample was immersed in a hot (100 °C) bath of 400 μL of H₂O:MeOH:37% HCl (1:1:2, v/v/v) for 10 min. The extract was then heated at 65 °C, and the liquid phase was evaporated under a gentle nitrogen flow. The precipitated dyes were dissolved in 200 μL of DMSO. This last step differs from the original method devised by Wouters [20], who suggested the use of H₂O and MeOH instead of DMSO used herein [38]. DMSO is superior compared to H₂O and MeOH for dissolving indigoid compounds [39–41]. The solution was centrifuged, and the upper liquid phase was immediately subjected to HPLC analysis. HPLC was operated by using a gradient elution program, which was previously developed for the analysis of natural dyes [42].

3. Results and Discussion

The UV–Vis absorbance maxima of the compounds which were identified in the extracts of the textile samples are summarized in Table 1. As shown in the table, compounds that are components of madder (alizarin, purpurin and rubiadin), weld (apigenin, luteolin and chrysoeriol) and indigoid dyes (indigotin and indirubin) were detected in the sample extracts. The HPLC results per sample are summarized in Table 2.

The discussion is organized as follows. First, the results achieved for the samples which were dyed with madder (i.e., samples 1–8) are reported and elaborated. Next, samples in which madder was not found (i.e., samples 9–12) are discussed.

According to the results of Table 2, madder was the most frequently identified dye, and it was found, in total, in eight (1–8) out of 12 samples included in the study. This result is not surprising, as madder has been often found in ancient Egyptian textiles [2–13] and has been used by the dyers since antiquity [21,43]. In four samples (1–4), madder was the only identified dye. These were red samples as shown, for instance, in the photographs of samples 1 and 2 in Figure 2. According to the results of Table 2, rubiadin was detected only in samples 1 and 4, whereas alizarin was found in the extracts of all four (1–4) samples. Apparently, purpurin, the marker compound for the identification of madder, was found in all four (1–4) samples.
Table 2. HPLC results for the studied textile samples: detected compounds and identified dyes.

| Sample No | Colour     | Detected Compounds                      | Identified Dyes         |
|-----------|------------|----------------------------------------|-------------------------|
| 1         | Red        | Alizarin, Purpurin, Rubiadin            | Madder                  |
| 2         | Red        | Alizarin, Purpurin                     | Madder                  |
| 3         | Red        | Alizarin, Purpurin                     | Madder                  |
| 4         | Red        | Alizarin, Purpurin, Rubiadin            | Madder                  |
| 5         | Greenish   | Alizarin, Purpurin, Indigotin, Indirubin| Madder, Indigo/Woad    |
| 6         | Yellow     | Alizarin, Purpurin, Luteolin, Apigenin, Chrysoeriol | Madder, Weld |
| 7         | Red-brown  | Alizarin, Purpurin, Ellagic acid        | Madder, Tannin          |
| 8         | Red-brown  | Alizarin, Purpurin, Ellagic acid        | Madder, Tannin          |
| 9         | Blue-greenish | Indigotin, Indirubin                 | Indigo/Woad             |
| 10        | Blue       | Indigotin, Indirubin                   | Indigo/Woad             |
| 11        | Blue       | Indigotin, Indirubin                   | Indigo/Woad             |
| 12        | Green      | Indigotin, Indirubin, Luteolin, Apigenin, Chrysoeriol | Indigo/Woad, Weld |

In four other samples (5–8), madder was identified along with other dyes. In particular, in sample 5, madder was found in mixture with an indigoid dye, which can either be indigo or woad. Mixing madder and indigo/woad to imitate true, mollusc purple was a common practice in ancient Egypt [6]. However, purple threads in sample 5 were not visible by naked eye or under the microscope. Instead, the sample appeared to be rather greenish, as shown in Figure S1 of the Supplementary Materials. The chromatographic analysis of sample 6 is shown in Figure 3. The latter is provided as an example of the HPLC studies that were performed on the investigated samples. Apigenin, luteolin and chrysoeriol (weld components) were detected when the monitoring wavelength was set to 350 nm, whereas HPLC peaks corresponding to alizarin and purpurin (madder components) were revealed at a higher wavelength (450 nm). A direct comparison of the two HPLC profiles of Figure 3 should be carefully considered, as the two chromatograms were collected at different wavelengths. However, it can be observed that the peak areas of madder components are substantially lower than the corresponding areas of the weld components. The HPLC peak area ratio of luteolin versus purpurin, measured at 254 nm, was around two. Consequently, weld was the dominant dye in sample 6, and this is in agreement with the yellow colour of the sample, which is revealed in the photograph of Figure 2.

![Figure 3. HPLC chromatogram of sample 6 collected at 350 nm showing the detections of luteolin (LU), apigenin (API) and chrysoeriol (CHR). The detections of alizarin (AL) and purpurin (PU) are revealed using a monitoring wavelength of 450 nm.](image-url)
According to the results of Table 2, in the chromatograms of samples 7 and 8, madder components and ellagic acid (tannin) were detected. Tannins are very common in the flora; they possess interesting antimicrobial properties [44] and have been used both as dyes to produce black dyed fibres and as adhesives to promote the stabilization of colourants on textile substrates. The presence of tannin in samples 7 and 8 results in a dark hue compared to the usual red colour of madder. Hence, the colour of samples 7 and 8 appeared to be red-brown, as revealed, for instance, in the photograph of sample 8 (Figure 2) and in the Supplementary Materials (sample 7).

The term madder is used to describe different plants that belong to the Rubiaceae family. Important species which are often described in studies of objects of the Mediterranean cultural heritage are Rubia tinctorum L., Rubia peregrina L. and Galium species. R. tinctorum is found in Central and Southern Europe, Northern Africa and Central Asia, whereas R. peregrina (wild madder) has a range mostly restricted to Central and Southern Europe and Northern Africa [43,45,46]. Galium species can be found in any continent, whereas Asperula tinctoria L., which was probably also important in antiquity, is included in the native flora of Europe [43,45,46].

The HPLC results, collected from the analysis of samples extracted from cultural heritage objects, are often used to identify the exact plant species of madder dyes, lakes and paints [10,12,47–51]. In particular, the ratio of the HPLC peak areas of alizarin and purpurin was suggested as a criterion to identify R. tinctorum and R. peregrina [52]. It has been reported that R. tinctorum is rich in alizarin, whereas purpurin is the dominant anthraquinone in extracts of R. peregrina [52]. It should be noted, however, that purpurin is the main colouring compound in Galium and Asperula species [43]. Moreover, the large amount of rubiadin might be another marker for identifying R. peregrina [10,52], but more recent studies have raised concerns about the reliability of this criterion [49].

In the following, an attempt is carried out to discuss the possible biological sources of the madder dyes used in the studied textiles. The discussion focuses mainly on R. tinctorum and R. peregrina, which could have been used by the Egyptian dyers. It is stressed that the potential use of Galium and Asperula species cannot be ruled out. However, there are no chemical criteria (e.g., marker compounds or compositional data) that could be used to identify with confidence the use of these plant species in historical textiles. Figure 4 shows the ratios of the HPLC peak areas of alizarin versus purpurin (AL/PU) for samples 1–8. Peak areas were measured using HPLC chromatograms which were collected at 254 nm. This wavelength was used in the past to investigate R. tinctorum and R. peregrina samples [52], and it was, therefore, selected in the present study for comparative purposes. According to the results of Figure 4, madder dyes used for the treatment of the four samples (1–4) in which no other dye was found were poor in alizarin compared to purpurin. Likewise, small peak areas of alizarin compared to purpurin were measured for samples 5 and 6 in which madder was found in mixture with an indigoid dye and weld, respectively. It is reported that, for samples 1–6, the HPLC peak area ratio AL/PU measured at 254 nm ranged from 0.08 to 0.25. The low values of the AL/PU ratio indicate that alizarin was contained in samples 1–6 in small, but not negligible, amounts compared to purpurin. The results can offer support to the scenario that suggests that R. peregrina was used to treat samples 1–6; other possible sources, which are rich in purpurin, are of course the Galium and Asperula species. Moreover, as alizarin was detected in amounts that cannot be considered as negligible, the potential use of R. tinctorum cannot be excluded. Furthermore, it is possible that the Egyptian dyers had developed methods to affect the relative composition of madder plants before or during the dyeing process. For example, the relative composition of madder lakes which were prepared using R. tinctorum was tuned using materials and methods that were available in the past [53]. Control of the relative composition of the madder source provides control to the resulting colour of the final object. Madder rich in purpurin tends to induce a red-crimson hue [43] to the textile, which could be have been desirable by the ancient Egyptian dyers.
Figure 4. Ratios of HPLC peak areas of alizarin versus purpurin (AL/PU) for textile samples that were dyed with madder. Other dyes were identified in some samples as indicated. Dye identifications were reproduced from Table 2. Peak areas were measured using HPLC chromatograms which were collected at 254 nm.

As shown in Figure 4, a different result was obtained for samples 7 and 8, in which madder was identified along with tannin (ellagic acid). For these samples, the HPLC peak area of alizarin was higher than the corresponding area of purpurin, and the ratio AL/PU was >2.2. Consequently, *R. peregrina* cannot be the biological source of the madder dye used in samples 7 and 8. These samples were most likely dyed with *R. tinctorum*; *Galium* and *Asperula* species cannot be ruled out.

According to the results of Table 2, indigoid dyes were identified in samples 5 (in mixture with madder), 9–11 and 12 (in mixture with weld). Despite some noteworthy attempts [54], the development of a widely accepted method for distinguishing between indigo (*Indigofera tinctoria* L. and others) and woad (*Isatis tinctoria* L.) by HPLC is not available. Consequently, in Table 2, it is reported that the aforementioned samples could have been dyed either with indigo or woad. Both biological sources contain indigotin and indirubin in lower amounts.

As described in Table 2, in samples 9, 10 and 11, no other dye, apart from indigo/woad, was detected. Samples 10 and 11 were blue in colour whereas sample 9 had a greenish hue (Figure 2 and Supplementary Materials). As described above, in sample 5, indigo/woad and madder were identified. Another mixture often used in antiquity was that of blue indigo/woad with yellow weld to produce green dyed textile fibres [55]. This mixture was used to treat sample 12. The resulting green colour of sample 12 is revealed in the corresponding photograph of Figure 2.

4. Conclusions

The following dyes were identified by HPLC in samples extracted from twelve ancient Egyptian textiles (4th–5th c. AD) of the Museum of Faculty of Archaeology, Cairo University: madder, weld (*Reseda luteola* L.) and indigoid dyes which can be either indigo (*Indigofera* species and other) or woad (*Isatis tinctoria* L.). These identifications were achieved as alizarin, purpurin, rubiadin (madder components), apigenin, luteolin, chrysoeriol (weld components), indigotin and indirubin (indigo/woad components) were detected in the chromatograms of the investigated samples. Moreover, ellagic acid was detected, indicating the presence of tannin sources. In some of the studied samples, madder was the only detected dye. It is reported that these samples were treated with a madder source which was rich in purpurin and poor in alizarin. This result is based on semi-quantitative results obtained from HPLC peak areas, which were measured at 254 nm. In other samples, madder was found in mixture with indigo/woad and weld. The HPLC chromatograms for
these samples revealed (again) the presence of a madder source with low alizarin versus purpurin HPLC peak area ratio. These results can offer support to the scenario, which suggests that wild madder (*R. peregrina*) was used to treat the aforementioned samples. However, as alizarin was detected in amounts that are not negligible, the potential use of common madder (*R. tinctorum*) cannot be excluded, particularly if methods were developed by the Egyptian dyers of the past to affect and control the relative composition of madder dye. Madder dyes rich in alizarin (probably originated from *R. tinctorum*) were detected only in samples treated with madder-tannin mixtures. Finally, it is noted that the potential use of other madder species (*Galium* and *Asperula* species) by the Egyptian dyers cannot be ruled out by the chemical results.

**Supplementary Materials:** The following are available online at https://www.mdpi.com/article/10.3390/heritage4040176/s1, Figure S1. Photographs of samples which were included in the study.

**Author Contributions:** Conceptualization I.K. and O.A.-K.; methodology, I.K.; investigation, P.K.; data curation, I.K. and D.M.; writing—original draft preparation and review and editing, I.K. and O.A.-K. All authors have read and agreed to the published version of the manuscript.

**Funding:** This research received no external funding.

**Institutional Review Board Statement:** Not applicable.

**Data Availability Statement:** Data available upon request from the authors.

**Conflicts of Interest:** The authors declare no conflict of interest.

**References**

1. Abdel-Kareem, O. *Principles of Conservation and Restoration of Archaeological Organic Materials, Textiles, Wood, Leather, Manuscripts, Bone, Basketry and Feathers*; Cairo University: Cairo, Egypt, 2015.
2. Wouters, J. Dye Analysis in a Broad Perspective: A Study of 3rd to 10th Century Coptic Textiles from Belgian Private Collections. *Dyes Hist. Archaeol.* 1995, 13, 38–45.
3. Orska-Gawryś, J.; Surowiec, I.; Kehl, J.; Rejniak, H.; Urbaniak-Walczak, K.; Trojanowicz, M. Identification of Natural Dyes in Archaeological Coptic Textiles by Liquid Chromatography with Diode Array Detection. *J. Chromatogr.* 2003, 989, 239–248. [CrossRef]
4. Trojanowicz, M.; Orska-Gawryś, J.; Surowiec, I.; Szostek, B.; Urbaniak-Walczak, K.; Kehl, J.; Wrobel, M. Chromatographic Investigation of Dyes Extracted from Coptic Textiles from the National Museum in Warsaw. *Stud. Conserv.* 2004, 49, 115–130. [CrossRef]
5. Verhecken, A. Relation between Age and Dyes of 1st Millennium AD Textiles Found in Egypt. In *Methods of Dating Ancient Textiles of the 1st Millennium AD from Egypt and Neighbouring Countries*; De Moor, A., Fluck, C., Eds.; Lannoo Publishers: Tielt, Belgium, 2007; pp. 206–213.
6. Karapanagiotis, I.; Verhecken-Lammens, C.; Kamaterou, P. Identification of Dyes in Egyptian Textiles of the First Millennium AD from the Collection Fill-Trevisiol. *Archaol. Anthr. Sci.* 2019, 11, 2699–2710. [CrossRef]
7. Ahmed, H.E.; Tahoun, I.F.; Elkholy, I.; Shehata, A.B.; Ziddan, Y. Identification of Natural Dyes in Rare Coptic Textile Using HPLC-DAD and Mass Spectroscopy in Museum of Faculty of Arts, Alexandria University, Egypt. *Dyes Pigment.* 2017, 145, 486–492. [CrossRef]
8. Surowiec, I.; Orska-Gawryś, J.; Biesaga, M.; Trojanowicz, M.; Hulta, M.; Halko, R.; Urbaniak-Walczak, K. Identification of Natural Dyestuff in Archeological Coptic Textiles by HPLC with Fluorescence Detection. *Anal. Lett.* 2003, 36, 1211–1229. [CrossRef]
9. Szostek, B.; Orska-Gawryś, J.; Surowiec, I.; Trojanowicz, M. Investigation of Natural Dyes Occurring in Historical Coptic Textiles by High-Performance Liquid Chromatography with UV–Vis and Mass Spectrometric Detection. *J. Chromatogr. A.* 2003, 1012, 179–192. [CrossRef]
10. Wouters, J.; Vanden Berghe, I.; Richard, G.; Breniauxm, R.; Cardon, D. Dye Analysis of Selected Textiles from Three Roman Sites in the Eastern Desert of Egypt: A Hypothesis on the Dyeing Technology in Roman and Coptic Egypt. *Dyes Hist. Archaeol.* 2008, 21, 1–16.
11. Abdel-Kareem, O.; Alawi, M.A.; Mubarak, M.S. Identification of Dyestuffs in a Rare Coptic Garment Using High Performance Liquid Chromatography with Photodiode Array Detection (HPLC-PDA). *J. Text. Appar. Technol. Manag.* 2010, 6, 1–7.
12. Karapanagiotis, I.; Theologou, J.; Lakka, A.; Oxlíne, A.; Panayiotou, C. Investigation of the Colouring Materials of Fustat Carpet Fragments. *Archaeometry* 2011, 53, 587–599. [CrossRef]
13. Gulmini, M.; Idone, A.; Davit, P.; Moi, M.; Carrillo, M.; Ricci, C.; Dal Bello, F.; Borla, M.; Oliva, C.; Greco, C.; et al. The Coptic Textiles of the Museo Egizio in Torino (Italy): A Focus on Dyes through a Multi-Technique Approach. *Archaeol. Anthr. Sci.* 2017, 9, 485–497. [CrossRef]
14. Walton, P. Shellfish Purple in a Coptic Textile. Dyes Hist. Archaeol. 1985, 4, 33–34.
15. Michel, R.H.; Lazar, J.; McGovern, P.E. Indigoid Dyes in Peruvian and Coptic Textiles of the University Museum of September 1993, 6, 69–83.
16. Wouters, J. A New Method for the Analysis of Blue and Purple Dyes in Textiles. Dyes Hist. Archaeol. 1992, 10, 17–21.
17. Hofmann–de Keizer, R.; Van Bommel, M. Dyestuff Analysis of Two Textile Fragments from Late Antiquity. Dyes Hist. Archaeol. 2008, 21, 17–23.
18. Liritzis, I.; Laskaris, N.; Vafiadou, A.; Karapanagiotis, I.; Volonakis, P.; Papageorgopoulou, C.; Bratitsi, M. Archaeometry: An Overview. Sci. Cult. 2020, 6, 49–98.
19. Shahid, M.; Wertz, J.; Degano, I.; Aceto, M.; Khan, M.I.; Quye, A. Analytical Methods for Determination of Anthraquinone Dyes in Historical Textiles: A Review. Anal. Chem. Acta 2019, 1083, 58–87. [CrossRef] [PubMed]
20. Wouters, J. High Performance Liquid Chromatography of Anthraquinones: Analysis of Plant and Insect Extracts and Dyed Textiles. Stud. Conserv. 1985, 30, 119–128.
21. Hofenk-de Graaff, J.H. The Colourful Past: Origins, Chemistry and Identification of Natural Dyestuffs; Archetype Publications Ltd.: London, UK, 2004.
22. Zhang, X.; Laursen, R.A. Development of Mild Extraction Methods for the Analysis of Natural Dyes in Textiles of Historical Interest Using LC-Diode Array Detector-MS. Anal. Chem. 2005, 77, 2022–2025. [CrossRef] [PubMed]
23. Valianou, L.; Karapanagiotis, I.; Chrysoulaakis, Y. Comparison of Extraction Methods for the Analysis of Natural Dyes in Historical Textiles by High-Performance Liquid Chromatography. Anal. Bioanal. Chem. 2009, 395, 2175–2189. [CrossRef]
24. Brousseau, C.L.; Gambardella, A.; Casadio, F.; Grzywacz, C.M.; Wouters, J.; Van Duyne, R.P. Ad-hoc Surface-Enhanced Raman Spectroscopy Methodologies for the Detection of Artist Dyestuffs: Thin Layer Chromatography-Surface Enhanced Raman Spectroscopy and in Situ on the Fiber Analysis. Anal. Chem. 2009, 81, 3056–3062. [CrossRef]
25. Wouters, J.; Grzywacz, C.M.; Claro, A. A Comparative Investigation of Hydrolysis Methods to Analyze Natural Organic Dyes by HPLC–PDA. Stud. Conserv. 2011, 56, 231–249. [CrossRef]
26. Santos, R.; Hallett, J.; Conceição Oliveira, M.; Sousa, M.M.; Sarraguca, J.; Simmonds, M.S.J.; Nesbitt, M. HPLC-DAD-MS Analysis of Colorant and Resinous Components of Lac-Dye: A Comparison between Kerria and Paratachardina genera. Dyes Pigment. 2015, 118, 129–136. [CrossRef]
27. Van der Klift, E.; Villela, A.; Derksen, G.; Lankhorst, P.; van Beek, T. Microextraction of Reseda luteola-Dyed Wool and Qualitative Analysis of Its Flavones by UHPLC-UV, NMR and MS. Molecules 2021, 26, 3787. [CrossRef]
28. Santos, R.; Hallett, J.; Conceição Oliveira, M.; Sousa, M.M.; Sarraguca, J.; Simmonds, M.S.J.; Nesbitt, M. HPLC-DAD-MS Analysis of Colorant and Resinous Components of Lac-Dye: A Comparison between Kerria and Paratachardina genera. Dyes Pigment. 2015, 118, 129–136. [CrossRef]
29. Van der Klift, E.; Villela, A.; Derksen, G.; Lankhorst, P.; van Beek, T. Microextraction of Reseda luteola-Dyed Wool and Qualitative Analysis of Its Flavones by UHPLC-UV, NMR and MS. Molecules 2021, 26, 3787. [CrossRef]
30. Marques, R.; Sousa, M.M.; Oliveira, M.C.; Melo, M.J. Characterization of Weld (Reseda luteola L.) and Spurge Flax (Daphne gnidium L.) by High-Performance Liquid Chromatography–Diode Array Detection–Mass Spectrometry in Arraiolos Historical Textiles. J. Chromatogr. A 2009, 1216, 1395–1402. [CrossRef]
31. Claro, A.; Melo, M.J.; de Melo, S.S.; Berg, K.J.V.D.; Burnstock, A.; Montague, M.; Newman, R. Identification of Red Colorants in van Gogh Paintings and Ancient Andean Textiles by Microspectrofluorimetry. J. Cult. Herit. 2010, 11, 27–34. [CrossRef]
32. Han, J.; Wanrooij, J.; van Bommel, M.; Quye, A. Characterisation of Chemical Components for Identifying Historical Chinese Textile Dyes by Ultra High Performance Liquid Chromatography—Photodiode Array—Electrospray Ionisation Mass Spectrometer. J. Chromatogr. A 2017, 1479, 87–96. [CrossRef]
33. Sharif, S.; Nabais, P.; Melo, M.J.; Oliveira, M.C. Traditional Yellow Dyes Used in the 21st Century in Central Iran: The Knowledge of Master Dyers Revealed by HPLC-DAD and UHPLC-HRMS/MS. Molecules 2020, 25, 908. [CrossRef]
34. Sanyova, J.; Reisse, J. Development of a Mild Method for the Extraction of Anthraquinones from their Aluminum Complexes in Madder Lakes Prior to HPLC Analysis. J. Cult. Herit. 2006, 7, 229–235. [CrossRef]
35. Mantzouris, D.; Karapanagiotis, I.; Valianou, L.; Panayiotou, C. HPLC-DAD-MS Analysis of Dyes Identified in Textiles from Mount Athos. Anal. Bioanal. Chem. 2011, 399, 3065–3079. [CrossRef]
36. Serafini, I.; Lombardi, L.; Vannutelli, G.; Montesano, C.; Scibba, F.; Guiso, M.; Curini, R.; Bianco, A. How the Extraction Method Could be Crucial in the Characterization of Natural Dyes from Dyed Yarns and Lake Pigments: The Case of American and Armenian Cochineal Dyes, Extracted through the New Ammonia-EDTA Method. Microchem. J. 2017, 134, 237–245. [CrossRef]
37. Ford, L.; Henderson, R.L.; Rayner, C.M.; Blackburn, R.S. Mild Extraction Methods Using Aqueous Glucose Solution for the Analysis of Natural Dyes in Textile Artefacts Dyed with Dyer’s Madder (Rubia tinctorum L.). J. Chromatogr. A 2017, 1487, 36–46. [CrossRef] [PubMed]
38. Kirby, J.; Van Bommel, M.; Coudray, A.; Devièse, T.; Karapanagiotis, I.; Higgitt, C.; Mantzouris, D.; Peggie, D.; Morrison, R.; Gaibor, A.N.P.; et al. From Botanical Source to Analytical Result: The Influence of Recipe and Plant Source on Appearance and Composition of Anthraquinone and Flavonoid Dyes and Pigments. In Proceedings of the 32nd Annual DHA Meeting, Dyes in History and Archaeology (DHA), La Rochelle, France, 3–4 October 2013.
39. Karapanagiotis, I.; Mantzouris, D.; Cooksey, C.; Mubarak, M.S.; Tsiamytzis, P. An Improved HPLC Method Coupled to PCA for the Identification of Tyrian Purple in Archaeological and Historical Samples. Microchem. J. 2013, 110, 70–80. [CrossRef]
40. Mantzouris, D.; Karapanagiotis, I.; Panayiotou, C. Comparison of Extraction Methods for the Analysis of Indigofera tinctoria and Carthamus tinctorius in Textiles by High Performance Liquid Chromatography. Microchem. J. 2014, 115, 78–86. [CrossRef]
41. Karapanagiotis, I. A Review on the Archaeological Chemistry of Shellfish Purple. Sustainability 2019, 11, 3595. [CrossRef]
42. Karapanagiotis, I.; Lakka, A.; Valianou, L.; Chryssoulakis, Y. High-Performance Liquid Chromatographic Determination of Colouring Matters in Historical Garments from the Holy Mountain of Athos. Microchim. Acta 2008, 160, 477–483. [CrossRef]
43. Cardon, D. Natural Dyes—Sources, Tradition, Technology and Science; Archetype Publications Ltd.: London, UK, 2007; p. 107.
44. Shahid, M.; Ahmad, A.; Yusuf, M.; Khan, M.I.; Khan, S.A.; Manzoor, N.; Mohammad, F. Dyeing, Fastness and Antimicrobial Properties of Woolen Yarns Dyed with Gallnut (Quercus infectoria Oliv.). Extract. Dyes Pigm. 2012, 95, 53–61. [CrossRef]
45. Newman, R.; Gates, G.A. The Matter of Madder in the Ancient World. In Mummy Portraits of Roman Egypt: Emerging Research from the APPEAR Project; Svoboda, M., Cartwright, C.R., Eds.; J. Paul Getty Museum: Los Angeles, CA, USA, 2020; pp. 24–33.
46. Plants of de World Online. Available online: http://www.plantsoftheworldonline.org (accessed on 29 September 2021).
47. Karapanagiotis, I.; Minopoulou, E.; Valianou, L.; Danilia, S.; Chryssoulakis, Y. Investigation of the Colourants Used in Icons of the Cretan School of Iconography. Anal. Chim. Acta 2009, 647, 231–242.
48. Petroviu, I.; Cretu, I.; Vanden Berge, I.; Wouters, J.; Medvedovici, A.; Albu, F.; Creanga, D. A Discussion on the Red Anthraquinone Dyes Detected in Historic Textiles from Romanian Collections. e-PS 2012, 9, 90–96.
49. Mouri, C.; Laursen, R. Identification of Anthraquinone Markers for Distinguishing Rubia Species in Madder-Dyed Textiles by HPLC. Microchim. Acta 2012, 179, 105–113. [CrossRef]
50. Mantzouris., D.; Karapanagiotis, I. Armenian Cochineal (Porphyrophora hamelii) and Purpurin-Rich Madder in Ancient Polychromy. Color. Technol. 2015, 131, 370–373. [CrossRef]
51. Sukenik, N.; Iluz, D.; Amar, Z.; Varvak, A.; Workman, V.; Shamir, O.; Ben-Yosef, E. Early Evidence (Late 2nd Millennium BCE) of Plant-Based Dyeing of Textiles from Timna, Israel. PLoS ONE 2017, 12, 0179014. [CrossRef] [PubMed]
52. Wouters, J. The Dye of Rubia peregrina—Preliminary Investigations. Dye. Hist. Archaeol. 2001, 16/17, 145–157.
53. Daniels, V.; Deviese, T.; Hacke, M.; Higgitt, C. Technological Insights into Madder Pigment Production in Antiquity. Tech. Res. Bull. 2014, 8, 13–28.
54. Witkowski, B.; Ganeczko, M.; Hryszko, H.; Stachurska, M.; Gierczak, T.; Biesaga, M. Identification of Orcein and Selected Natural Dyes in 14th and 15th Century Liturgical Paraments with High-Performance Liquid Chromatography Coupled to the Electrospray Ionization Tandem Mass Spectrometry (HPLC-ESI/MS/MS). Microchem. J. 2017, 133, 370–379. [CrossRef]
55. Karapanagiotis, I.; Karadag, R. Dyes in Post-Byzantine and Ottoman Textiles: A Comparative Study. Mediterr. Archaeol. Archaeom. 2015, 15, 177–189.